Characterization of Nanocellulose Obtained from Cereus Forbesii (a South American cactus)

Camilo Orrabalis*, Daniela Rodríguez, Laura G. Pampillo, Cesar Londoño-Calderón, Mariel Trinidad, Ricardo Martínez-García*

*Universidad Nacional de Formosa, Facultad de Recursos Naturales, Campus Universitario, Modulo I, Av. Gutnisky 3200, Formosa, Argentina
"Hilario Fernández Long", Facultad de Ingeniería, CP 1063, Buenos Aires, Argentina
Universidad de Buenos Aires, Instituto de Tecnología de Polímeros y Nanotecnología (ITPN), CP 1127, Buenos Aires, Argentina

Received: March 15, 2019; Revised: August 11, 2019; Accepted: November 28, 2019

Crystalline cellulose nanofibers are obtained from the bark of Cereus Forbesii, a cactus native to the arid areas of South America. The obtaining of cellulose nanofibers was carried out in several steps: pretreatment of the raw material, elimination of hemicellulose and lignin to obtain cellulose, and an acid hydrolysis of cellulose to obtain crystalline cellulose nanofibers. The cellulose nanofibers obtained have a crystallinity index of 82% and a nanofiber diameter of 18 nm. An average crystallite size of 6 nm was calculated for the crystalline domains that form cellulose nanofibers. The high crystallinity of the obtained cellulose nanofibers makes the sample very homogeneous and decomposes in a relatively narrow temperature range (between 290°C and 375°C). The complete degradation of crystalline cellulose polymer chains takes place between 375°C and 600°C. The morphological and structural studies are carried out by scanning electron microscopy of field emission, infrared spectrometry with Fourier transform, and powder X-ray diffraction. The thermal stability of the samples is determined by thermogravimetric analysis.

Keywords: Nanocellulose, cellulose nanofibers, crystalline cellulose, cactus, Cereus Forbesii

1. Introduction

Cellulose obtained from natural sources has been used by man in many applications for centuries. The development in materials engineering has allowed us to add new uses of cellulose. Cellulose is not only used in the traditional way, it is also used in the form of nanostructured material. For example, cellulose is used as constituent part of composite materials in fields such as biomedicine, separation of heavy materials, electronic devices, photovoltaic cells, reinforcement materials, etc. Nanocellulose provides mechanical strength, low density, and a reactive surface formed by OH- groups that allow surface functionalization. There are two kinds of nanocellulose: cellulose nanocrystals (CNC) and crystalline cellulose nanofibers (CNF). The production of CNF from plants has increased considerably in the last years in fields such as biomedicine, separation of heavy materials, electronic devices, photovoltaic cells, reinforcement materials, etc. Nanocellulose provides mechanical strength, low density, and a reactive surface formed by OH- groups that allow surface functionalization.

In this manuscript we report the obtaining of crystalline cellulose nanofibers from the bark of Cereus Forbesii, a cactus native to arid areas of South America. This cactus belongs to the Cactaceae family, and is one of the thirty-three large columnar cacti species of South America (see figure 1). There are some studies on cacti of the Cactaceae family, but, as far as we know, this is the first report on obtaining nanocellulose from a cactus. In this paper, we perform the structural characterization and thermal stability determination of crystalline cellulose nanofibers obtained from the Cereus Forbesii bark. To carry out the obtaining of cellulose nanofibers, a method based on consecutive treatments of alkaline hydrolysis and acid hydrolysis is used, which allows us to obtain cellulose nanofibers with a crystallinity index of 82% and a nanofiber diameter of 18nm.

2. Materials and Methods

2.1 Raw material

The bark of the Cereus Forbesii cactus was obtained from the central-western region of the province of Formosa, Argentina. The bark was separated from the pulp by hand. After that, the bark was washed with distilled water and dried...
at 80°C for 8 hours. The dehydrated bark was milled at 2400 rpm using a Universal High Speed Disintegrator FW100 (0.46 kW, 24000 rpm, 220 V, 50 Hz). A powder with a fine fraction of MESH 60 (average particle size of 250 µm) was obtained and used as raw material. Successive chemical treatments were applied to this raw material to remove minerals, lignin, hemicellulose, and obtain crystalline cellulose.

Table 1. Lignocellulosic composition of the Cereus Forbesii bark.

| Component                  | Content (% w/w) dry biomass |
|----------------------------|-----------------------------|
| Moisture                   | 7.50 ± 0.20                 |
| Lignin (total content)     | 16.81 ± 3.79                |
| Cellulose                  | 32.62 ± 2.37                |
| Hemicellulose (Xylan included) | 20.01 ± 1.91              |
| Ash                        | 10.40 ± 0.90                |
| Extractives                | 12.60 ± 1.50                |

The method used is based on the methods reported to extract cellulose from other plant raw materials. Two cycles of alkaline and acid treatments are performed. In the first cycle, the raw lignocellulosic mass is treated to remove minerals and lignin. In the second cycle, the elimination of non-soluble lignin and hemicellulose is completed and the amorphous component of cellulose is removed.

The first cycle of alkaline and acid treatments begins when the raw material is treated at room temperature with an aqueous solution of potassium hydroxide (3% w/v) in a ratio of 1:12 g/ml. The sample was stirred for 5 minutes and boiled for 30 minutes. Thereafter, the material was left overnight at room temperature, and a precipitate was obtained. This solid was filtered and washed with distilled water until a neutral pH was reached. The filtered solid was washed with an aqueous solution of hydrochloric acid (10% v/v) at room temperature. The remaining solid was treated with 0.7% (w/v) sodium chloride in a ratio of 1:50 g/ml at pH 4 and boiled for 2 hours. After that, an aqueous solution of sodium bisulfite (5% w/v) in a ratio of 1:50 g/ml was added to the solid obtained, and kept for 1 hour at room temperature. The sample was washed with distilled water to reach a pH of 6-7, and dried at 80°C in the oven. The second cycle begins when the remaining solid is treated with an aqueous solution of sodium hydroxide (17.5% w/v) in a ratio of 1:50 g/ml at room temperature for 8 hours, washed and dried at 80°C. At this point a solid rich in cellulose was obtained. Such solid was treated with an aqueous solution of sulfuric acid (60% w/w) in a ratio of 1:12 g/ml for 30 minutes with stirring at room temperature, washed with distilled water until reaching a neutral pH, and dried at 80°C to obtain the crystalline cellulose nanofibers.

2.3 Characterization methods

Fourier transform infrared characterization (FTIR) was performed using a Shimadzu IR Affinity-1 spectrometer. The samples were dried and pelletized using KBr (1:100 w/w). The spectra were recorded in a range of 4200 cm⁻¹ to 500 cm⁻¹ with a resolution of 2 cm⁻¹. Cereus Forbesii bark samples (raw and chemically treated) were coated with a thin layer of gold using an ion sputter coater, and their morphology were analyzed with a Field Emission Scanning Electron Microscope (FESEM, Zeiss Supra 40) with field emission gun operated at 3 kV. X-ray
Characterization of Nanocellulose Obtained from Cereus Forbesii (a South American cactus)

powder diffraction patterns (XRD) were recorded on a Rigaku diffractometer with Cu Kα (λ=0.1541 nm) radiation in a range of 10º to 100º. The crystallinity index (Ic) of the samples were calculated using the peak height method. The size of the crystallites (D) that form the crystalline cellulose nanofibers was estimated using the Scherrer equation. Thermogravimetric analysis (TGA) was performed on a Shimadzu TGA-50 instrument. The temperature program was run from 25 °C to 650 °C at a heating rate of 10 °C/min under a nitrogen atmosphere (30 ml/min) to avoid thermoxidative degradation.

3. Results and Discussion

3.1 Scanning Electron Microscopy

The FESEM micrographs corresponding to the raw and chemical treated samples appear in Figure 2. Figure 2a shows the morphology of the milled raw bark on a nanometric scale. This sample has a rough surface with a large surface area that maximizes the chemical reactivity of the sample. This aspect is important for the efficiency of subsequent chemical treatment.

| Material                  | Cellulose (%w/w) | Xylan or Hemicellulose (%w/w) | Lignin (%w/w) | Reference |
|---------------------------|------------------|-------------------------------|---------------|-----------|
| Pine spp. Carbohydrates   | 65.17 ± 0.74     |                               | 24.45 ± 1.31  | 48        |
| Eucalyptus spp. Carbohydrates | 69.9 ± 2.11    |                               | 12.01 ± 0.93  | 48        |
| Eucalyptus obliqua         | 25.77 ± 10       | Hemicellulose 8.25 ± 1.00     | 43.30 ± 30    | 49        |
| Corn Stover Xylan 22.34    | 33.20            |                               | 16.49         | 50        |
| Elephant grass Xylan 18.49 | 34.41 ± 0.96     |                               | 16.60 ± 0.42  | 51        |
| Opuntia ficus indica      | 31.60 ± 2.30     | Hemicellulose 17.1 ± 1.2      | 10.3 ± 0.5    | 52        |
| Nopalea cochenillifera    | 34.9 ± 0.3       | Hemicellulose 20.0 ± 1.3      | 15.7 ± 0.2    | 52        |

Table 2. Lignocellulosic composition of some lignocellulosic materials.

Figure 2. FESEM micrographs of: Cereus Forbesii bark (a), cellulose obtained by alkaline treatment (b), cellulose nanofibers obtained by the acid hydrolysis of cellulose (c), and diameters distribution of cellulose nanofibers (d).
The morphology of the cactus bark changes after the alkaline chemical treatment (see Figures 2a and 2b). Bundles of cellulose fibers appear when lignin and hemicellulose are removed. In addition, a less rough surface is formed (figure 2b). A second step of the chemical treatment is the acid hydrolysis of cellulose. This process produces the crystalline cellulose nanofibers shown in figure 2c. The nanocellulose is obtained when the action of the acid decomposes the amorphous regions of the cellulose. These regions are structurally more disordered than the crystalline regions, and less energy is required for their decomposition. Figure 2d shows the histogram corresponding to the diameters of crystalline cellulose nanofibers. The distribution of nanofiber diameters is between 15 nm and 23 nm, and the average nanofiber diameter is 18 nm. These results are similar to those reported for nanofibers obtained from other plants. For example, nanofibers with an average diameter of 12 nm are obtained from cotton, and nanofibers with diameters between 8 nm and 15 nm are obtained from the Agave Angustifolia plant. In the case of Sisal, the diameter of the nanofibers is larger, ranging between 18 nm and 42 nm.

3.2 FTIR spectroscopy

FTIR spectroscopic analysis of the raw and chemically treated Cereus Forbesii bark is presented in Figure 3. All spectra exhibited a broad band in the region between 3600 cm\(^{-1}\) and 3100 cm\(^{-1}\) associated with the free O-H stretch vibration of the OH group in cellulose molecules. In addition, all spectra show the C-H stretch vibration around 2900 cm\(^{-1}\). The differences between the spectra are attributed to changes in the composition of the sample that occurred during chemical treatments.

The FTIR spectrum corresponding to the raw bark shows peaks associated with lignin, hemicellulose, and cellulose (figure 3a). The FTIR peak at 1735 cm\(^{-1}\) is related to the C=O stretching vibration of the acetyl and uronic ester groups of hemicelluloses, and/or the ester linkage of the carboxylic group of the lignin and/or hemicellulose. The IR vibration region between 1670 cm\(^{-1}\) to 1590 cm\(^{-1}\) can be attributed to the O-H bending of the absorbed water and to the C=O stretch vibration of the lignin aromatic skeleton. On the other hand, the IR vibration region between 1510 cm\(^{-1}\) and 1460 cm\(^{-1}\) is associated with C–H vibrations and deformations. Other peaks related to lignin appear at 1370 cm\(^{-1}\), 1320 cm\(^{-1}\), and 1247 cm\(^{-1}\). The FTIR peak at 1375 cm\(^{-1}\) is related to the bending vibration of the C-H and C-O bond in the polysaccharide aromatic rings, and the IR vibration at 1057 cm\(^{-1}\) is associated with the skeletal vibration of the pyranose ring C-O-C. An FTIR vibration

![Figure 3. FTIR spectra of: Cereus Forbesii bark (a), cellulose obtained by alkaline treatment (b), and cellulose nanofibers obtained by the acid hydrolysis of cellulose (c).](image-url)
associated with cellulose appears at 895 cm⁻¹. Such infrared vibration is related to the glycosidic C-H deformation and the O-H bending vibration.³⁰ ³¹

FTIR spectra change after chemical processing of the sample (see Figures 3b and 3c). The spectrum corresponding to cellulose nanofibers (Figure 3c) shows an increase in the crystallinity of the sample. The peaks associated with lignin and hemicellulose almost disappear completely when the chemical treatment is performed. There are more similarities than differences between the spectra recorded in figure 3b and 3c. The spectrum of the cellulose sample and the spectrum corresponding to crystalline cellulose nanofibers show similar peaks in all wave numbers because both samples are mainly composed of cellulose, the only difference is the change in the relative intensity of the peaks. It is possible to analyze the crystallinity of the sample through the evolution of the band at 895 cm⁻¹ associated with cellulose. This band increases its relative intensity as the crystallinity of the sample increases.

3.3 X-ray diffraction

Figure 4 shows the X-ray diffraction patterns corresponding to the raw bark of Cereus Forbesii, the cellulose obtained by alkaline treatment and the cellulose nanofibers obtained by the acid hydrolysis of the cellulose. All XRD patterns exhibit peaks associated with crystalline cellulose. The intensity ratio of such peaks is different in each sample. These differences are associated with a phase transformation of cellulose as a result of chemical treatment and changes in the crystallinity of the samples. The hkl indexes corresponding to the main reflections of each crystalline phase are indicated.

There are several polymorphs of crystalline cellulose (Iα, Iβ, II, III, IV) ⁶³. Cellulose Iα (triclinic structure) ⁶⁴ and Iβ (monoclinic structure) ⁶⁵ are the crystalline celluloses produced naturally by living organisms. These two polymorphs coexist in several proportions depending on the source of cellulose ²³ ⁶³ ⁶⁶. The Iα structure is the dominate polymorph for algae and bacteria, while the Iβ phase is dominant for plant and tunicates ³ ⁶⁷. The Iα and Iβ structures are metastable, and can be transformed into cellulose II by hydrothermal treatments in alkaline solution ⁶⁸. Such phase transformation is registered for the studied samples. Cellulose Iβ is the main crystalline component of the raw bark of Cereus Forbesii (figure 4a), while cellulose II is the crystalline phase of the crystalline domains of the cellulose obtained by alkaline treatment (figure 4b), and of the cellulose nanofibers obtained by the acid hydrolysis of cellulose (figure 4c).

![Figure 4. XRD patterns corresponding to: raw bark of Cereus Forbesii (a), cellulose obtained by alkaline treatment (b), and cellulose nanofibers obtained by the acid hydrolysis of cellulose (c). The main indices (h k l) corresponding to the reflections of the crystalline phases are indicated. The calculated XRD patterns of cellulose type Iβ ⁶⁴ and cellulose type II ⁶⁹ are showed.](image-url)
The XRD pattern corresponding to the bark of Cereus Forbesii shows low crystallinity. The X-ray pattern of that sample indicates a crystalline disorder, evidenced by a high background and widened peaks. Only three broad peaks are observed due to the presence of amorphous material which covers most of the reflections corresponding to the crystalline structure of cellulose I\(\beta\). Crystallinity increases when lignin, hemicellulose and other amorphous components are almost completely removed during chemical treatment. The XRD patterns corresponding to cellulose obtained by alkaline treatment (figure 4b) and cellulose nanofibers (CNF) obtained by the acid hydrolysis of cellulose (figure 4c) show more intense and narrower crystalline peaks. The XRD pattern of cellulose nanofibers shows an increase in the intensity of all peaks with respect to the XRD pattern of cellulose (the intensity of the (020) maximum increases 12%). Such behavior indicates a change in the crystallinity of the samples and can be quantified by the crystallinity index.

The crystallinity index \(I_c\) of all samples is calculated using the peak height method (equation 1)\(^{33, 34}\).

\[
I_c = \frac{I_{\text{max}} - I_{\text{am}}}{I_{\text{max}}} \times 100
\]  

In this equation, where \(I_c\) expresses the relative degree of crystallinity, \(I_{\text{max}}\) is the maximum intensity (in arbitrary units) of the most intense peak of the crystalline contribution, and \(I_{\text{am}}\) is the intensity of diffraction that represents the amorphous component (without crystalline diffraction). X-ray diffraction patterns show that the possible values for the determination of amorphous content are the intensity at 18.26\(^\circ\) for cellulose I\(\beta\) (figure 4a) and the intensity at 14\(^\circ\) for cellulose II (figure 4b and figure 4c).

The calculated values of \(I_c\) are: 54% for the raw bark of Cereus Forbesii, 78% for the cellulose obtained by alkaline treatment, and 82% for the cellulose nanofibers (CNF) obtained by the acid hydrolysis of cellulose. The increase in the value of \(I_c\) is attributed to the elimination of amorphous constituents after chemical treatment, and to the rearrangement of cellulose crystalline domains in a more orderly structure. However, XRD pattern corresponding to the cellulose nanofibers shows a slight peaks broadening indicating crystal disorder. This may be due to the effect of crystallite size and the presences of some amorphous regions that remain in the CNF.

The analysis of the XRD pattern allows to determine the average size of the crystallites that form the cellulose nanofibers. Scherrer’s formula (equation 2) can be used to estimate crystallite size \(L_{hkl}\)\(^{30, 71}\).

\[
L_{hkl} = \frac{0.9 \lambda}{\beta_{hkl} \cos \theta_{hkl}}
\]  

This method is approximate. The term \(L_{hkl}\) present in the Scherrer equation should be interpreted as an average of the dimensions of the crystal perpendicular to the diffraction plane. The (110) plane is parallel to the “c” axis and \(L_{110}\) provides information on the crystallite diameter. The values of the peak width (β) and the position (θ) of the (hkl) plane used in the Scherrer equation are determined by adjusting the XRD profile with a Lorentzian function. To subtract the experimental effects, the deconvolution of XRD peaks is performed by using standard NBS 640 silicon (certified standard). In equation 2, \(\lambda\) is the wavelength of the incident X-ray radiation (1.4518 \(\text{Å}\) for Cu–K\(\alpha\) radiation).

The Scherrer equation considers that the particles are spherical and stress free in the crystal lattice. When using the Scherrer approach, an average size of 6 nm was estimated for the crystallites that form the cellulose nanofibers. These values are similar to those reported for crystalline cellulose nanoparticles obtained from sugarcane bagasse\(^{72}\), Agabé Angustifolia fibers\(^{34}\), coconut husk\(^{73}\), and Sisal fibers\(^{34, 35}\).

### 3.4 Thermogravimetric analysis

Thermogravimetric analysis is used to study the thermal stability of the samples. The thermal behavior depends on the chemical composition of the sample, its structure and crystallinity\(^{34}\).

Figure 5 shows the thermogravimetric (TG) curves corresponding to the raw bark of Cereus Forbesii (a), the cellulose obtained by alkaline treatment (b) and the cellulose nanofibers obtained by the acid hydrolysis of the cellulose (c). Due to the differences in the chemical structures of hemicellulose, cellulose and lignin, there are differences between the thermogravimetric curve “a”, and TG curves “b” and “c”. Table 3 reports the thermal decomposition parameters of all samples.

All curves show a small weight loss associated with the evaporation of water (dehydration) between room temperature and 100\(^\circ\)C. The thermal decomposition of all samples shows weight losses that resulted in a final ash residue. Such residue is formed from 550\(^\circ\)C for the raw bark (curve “a”), and from 600\(^\circ\)C for the samples of cellulose and cellulose nanofibers (curves “b” and “c”).
Table 3. Thermal decomposition parameters of the studied samples.

| Sample                        | Degradation steps                                      |
|-------------------------------|--------------------------------------------------------|
| Cereus Forbesii bark          | room temperature – 100°C : water evaporation, weight loss of 7.3%  
|                               | 220°C - 550°C : lignin, hemicellulose and cellulose decomposition, weight loss of 85%  
|                               | above 550°C : 7.7% of ash                               |
| Cellulose                     | room temperature – 100°C : water evaporation, weight loss of 7.1%  
|                               | 220°C - 375°C : cellulose decomposition (amorphous and crystalline components), weight loss of 66.1%  
|                               | 375°C – 600°C : total degradation of crystalline cellulose polymer chains, weight loss of 21.9%  
|                               | above 600°C : 4.9% of ash                               |
| Cellulose nanofibers          | room temperature – 100°C : water evaporation, weight loss of 4.8%  
|                               | 290°C - 375°C : decomposition of crystalline cellulose polymer chains, weight loss of 86.1%  
|                               | 375°C – 600°C : total degradation of crystalline cellulose polymer chains, weight loss of 5.7%  
|                               | above 600°C : 3.4% of ash                               |

In the case of the raw bark, there are lignocellulosic materials that decompose with some temperature overlap. Hemicellulose and cellulose follow a similar pattern of decomposition, with somewhat lower activation and decomposition temperatures in the case of hemicellulose. The decomposition of lignin, hemicellulose and cellulose takes place between 220°C and 550°C for the raw bark sample. Above 550°C, the TG curve shows a zero slope that indicates the end of material decomposition. In the case of lignin, there are reports of higher decomposition temperatures, for example 700°C for Sisal fibers. This wide range of decomposition temperature is due to the different binding energies of the chemical bonds present in the sample structure.

The thermogravimetric curves of the cellulose samples are similar (curves “b” and “c”). The TG curves of these samples exhibit three weight losses associated with three stages of thermal decomposition. These stages are related to: water evaporation, cellulose decomposition, and total degradation of cellulose polymer chains. The first stage takes place between room temperature and 100°C. The second weight loss occurs between the initial temperature of 220°C for the cellulose sample and 290°C for the cellulose nanofibers sample and a final temperature of 375°C for both samples. The last two stages of decomposition take place between 375°C and 600°C for both samples. Above 600°C an ash residue is formed. Such temperature values are similar to those reported for thermal decomposition of cellulose obtained from other plant sources.

The differences between the TG curves “b” and “c” are due to the relative amount of amorphous and crystalline cellulose present in the samples. Such differences in the composition affect the crystallinity of the samples and, therefore, the profiles of the TG curves. In addition, in the case of the cellulose nanofiber sample (curve “c”), there is less water and less ash in relative percentage than in the case of the cellulose sample (curve “b”). Such behavior is associated with the crystallinity of the sample. The sample of cellulose nanofibers is formed almost entirely by polymer chains with a high crystalline order (82% of the sample). The high crystallinity of cellulose nanofibers makes the sample very homogeneous and decomposes in a relatively narrow temperature range (the second stage of decomposition of the TG curve).

4. Conclusions

Crystalline cellulose nanofibers were obtained from the bark of the Cereus Forbesii cactus. The obtaining of cellulose nanofibers was carried out in several steps: pretreatment of the raw material, elimination of hemicellulose and lignin to obtain cellulose, and an acid hydrolysis of cellulose to obtain crystalline cellulose nanofibers. The peaks associated with lignin and hemicellulose almost disappear completely when the chemical treatment is performed. Cellulose nanofibers with a crystallinity index of 82% are obtained. Cellulose nanofibers, composed of 6 nm nanocrystals of average size, have an average diameter of 18 nm. These results are similar to those reported for cellulose nanofibers obtained from other plants. The high crystallinity of the obtained cellulose nanofibers makes the sample very homogeneous and decomposes in a relatively narrow temperature range (between 290°C and 375°C). The complete degradation of crystalline cellulose polymer chains takes place between 375°C and 600°C.

5. Acknowledgements

This work was supported by the National Scientific and Technical Research Council (CONICET) and the National Agency for Scientific and Technological Promotion of Argentine [PICTO-UNAF #2014-0020].

6. References

1. Takagi H, Ichihara Y. Effect of fiber length on mechanical properties of “green” composites using a starch-based resin and short bamboo fibers. JSME International Journal Series A. 2004;47(4):551-555. DOI: https://doi.org/10.1299/jsmea.47.551
2. Takagi H, Asano A. Effects of processing conditions on flexural properties of cellulose nanofiber reinforced “green” composites. Composites Part A: Applied Science and Manufacturing. 2008;39(4):685-689. DOI: https://doi.org/10.1016/j.compositesa.2007.08.019
Characterization of Nanocellulose Obtained from Cereus Forbesii (a South American cactus)
65. Nishiyama Y, Sugiyama J, Chanzy H. Crystal structure and hydrogen-bonding system in cellulose Iβ from synchrotron X-ray and neutron fiber diffraction. doi.org/10.1016/j.carbpol.2005.02.032

66. Samir MAS, Alloin F, Dufresne A. Review of recent research into cellulose whisker, their properties and their application in nanocomposites field. Biomacromolecules. 2005;6(2):612-626. https://doi.org/10.1021/bm0493685

67. Belton PS, Tanner SF, Cartier N, Chanzy H. High-resolution solid-state carbon-13 nuclear magnetic resonance spectroscopy of tunicin, an animal cellulose. Macromolecules. 1989;22(4):1615-1617. DOI: https://doi.org/10.1021/ma00194a019

68. Klemm D, Heublein B, Fink HP, Bohn A. Cellulose: fascinating biopolymer and sustainable raw material. AngewandteChemie - International Edition. 2006;44(22):3358-3393. DOI: https://doi.org/10.1002/anie.200460587

69. Langan P, Nishiyama Y, Chanzy H. X-ray structure of mercerized cellulose II at 1 Å resolution. Biomacromolecules. 2001;2(2):410-416. DOI: https://doi.org/10.1021/bm005612q

70. Hall WH. X-ray line broadening in metals. Proceedings of the Physical Society. Section A. 1949;62(11):741-743. DOI: https://doi.org/10.1088/0370-1298/62/11/110

71. Klug HP, Alexander LE. X-Ray diffraction procedures: for polycrystalline and amorphous materials. New York: John Wiley & Sons; 1956. v. 4. DOI: https://doi.org/10.101601610(36)90124-9

72. Teixeira EM, Bondancia TJ, Teodoro KBR, Corrêa AC, Marconcini JM, Mattoso LHC. Sugarcane bagasse whiskers: extraction and characterizations. Industrial Crops and Products. 2011;33(1):63-66. DOI: https://doi.org/10.1016/j.indcrop.2010.08.009

73. Rosa MF, Medeiros ES, Malmonge JA, Gregorski KS, Wood DF, Mattoso LHC, et al. Cellulose nanowhiskers from coconut husk fibers: effect of preparation conditions on their thermal and morphological behavior. Carbohydrate Polymers. 2010;81(1):83-92. DOI: https://doi.org/10.1016/j.carbpol.2010.01.059

74. Fisher T, Hajaligol M, Waymack B, Kellogg D. Pyrolysis behavior and kinetics of biomass derived materials. Journal of Analytical and Applied Pyrolysis. 2002;62(2):331-349. DOI: https://doi.org/10.1016/S0165-2370(01)00129-2

75. Yang H, Yan R, Chen H, Lee DH, Zheng C. Characteristics of hemicellulose, cellulose and lignin pyrolysis. Carbohydrate Research. 2009;340(1):97-106. DOI: https://doi.org/10.1016/j.carres.2004.10.022

76. Cheng KC, Catchmark JM, Demirci A. Effect of different additives on bacterial cellulose production by Acetobacter xylinum and analysis of material property. Cellulose. 2009;16(6):907-9082. DOI: https://doi.org/10.1007/s10570-009-9346-5

77. Hassan-Nejad M, Garsten J, Bohn A, Pinnow M, Volker B. Bio-based nanocomposites of cellulose acetate and nanoclay with superior mechanical Properties. Macromolecular Symposia. 2009;280(1):123-129. DOI: https://doi.org/10.1002/masy.200950614

78. Petersson L, Kvien I, Oksman K. Structure and thermal properties of poly(lactic acid)/cellulose whiskers nanocomposite materials. Composites Science and Technology. 2007;67(11-12):2535-2544. DOI: https://doi.org/10.1016/j.compscitech.2006.12.012